Template-Oriented Synthesis of Hydroxyapatite Nanoplates for 3D Bone Printing

Esmail Doustkhah, Reza Najafi Zare, Yusuke Yamauchi, Asghar Taheri-Kafrani, Hamed Mohtasham, Mohamed Esmae, Yusuke Ide, Naoki Fukata, Sadegh Rostamnia, Morteza H. Sadeghi, M. Hussein N. Assadi

\textit{a} International Center for Materials Nanoarchitechtonics (WPI-MANA), National Institute for Materials Science (NIMS), 1-1 Namiki, Tsukuba, Ibaraki 305-0044, Japan;

\textit{b} Department of Mechanical Engineering, Faculty of Mechanical Engineering, University of Tabriz, Tabriz, Iran;

\textit{c} Key Laboratory of Eco-chemical Engineering, College of Chemistry and Molecular Engineering, Qingdao University of Science and Technology, Qingdao 266042, China;

\textit{d} Department of Plant & Environmental New Resources, Kyung Hee University, 1732 Deogyeong-daero, Giheung-gu, Yongin-si, Gyeonggi-do 446-701, South Korea;

\textit{e} Australian Institute for Bioengineering and Nanotechnology (AIBN) and School of Chemical Engineering, The University of Queensland, Brisbane, Queensland 4072, Australia;

\textit{f} Department of Biotechnology, Faculty of Advanced Sciences and Technologies, University of Isfahan, Isfahan 81746-73441, Iran;

\textit{g} Organic and Nano Group (ONG), Department of Chemistry, Faculty of Science, University of Maragheh, Maragheh, Iran;

\textit{h} Graduate School of Pure and Applied Sciences, University of Tsukuba, Tsukuba, Ibaraki 305-8573, Japan;

\textit{i} Materials Science and Nanotechnology Department, Faculty of Postgraduate Studies for Advanced Sciences (PSAS), Beni-Suef University (BSU), Beni-Suef 62511, Egypt;

\textit{j} School of Materials Science and Engineering, The University of New South Wales, Sydney, NSW, 2052, Australia.
Figure S1. SEM images of HAs calcined at different temperatures under same temperature ramp.
Figure S2. XRD patterns of calcined HA at different temperatures.
Figure S3. a) SEM image and b) XRD pattern is related to an (uncalcined and calcined at 600 °C) HA synthesized in the absence of g-C₃N₄.

Figure S4. The X-ray diffraction and the refinement patterns of the calcined HA synthesized in the absence of g-C₃N₄ template. The top panel corresponds the peaks to the four phases present in the sample.
Figure S5. a) The top and b) the side view of the crystal structure of the monoclinic (space group P2$_1$/c) HA obtained in samples synthesized in the absence of g-C$_3$N$_4$ template. The refined lattice parameters were: $a = 9.53682$ Å, $b = 7.11675$ Å, $c = 19.32384$ Å, $\alpha = 90^\circ$, $\beta = 121.51372^\circ$, $\gamma = 90^\circ$. 
**Figure S6.** TG-DTA profiles of un-calcined HA indicating the loss of g-C3N4 in terms of weight loss.

**Figure S7.** Raman spectra of hexagonal HA synthesized in the presence of template (g-C3N4) before (blue color) and after calcination at 600 °C (green color). Monoclinic HA synthesized in the absence of template before (red color) and after (black color) calcination at 600 °C.
Figure S8. Schematic diagram of filament extruder.